This article was downloaded by:
On: 24 January 2011
Access details: Access Details: Free Access
Publisher Taylor \& Francis
Informa Ltd Registered in England and Wales Registered Number: 1072954 Registered office: Mortimer House, 3741 Mortimer Street, London W1T 3JH, UK


Journal of Macromolecular Science, Part A
Publication details, including instructions for authors and subscription information:
http://www.informaworld.com/smpp/title $\sim$ content=t713597274

Redox Polymerization of Acrylamide Initiated by the System
Trisacetylacetonato Vanadium(lll)-Benzoyl Peroxide in
Dimethylformamide
D. V. P. R. Varaprasad ${ }^{\text {a }}$; V. Mahadevan ${ }^{\text {a }}$
${ }^{\text {a }}$ Department of Chemistry, Indian Institute of Technology, Madras, India

To cite this Article Varaprasad, D. V. P. R. and Mahadevan, V.(1983) 'Redox Polymerization of Acrylamide Initiated by the System Trisacetylacetonato Vanadium(lll)-Benzoyl Peroxide in Dimethylformamide', Journal of Macromolecular Science, Part A, 19: 1, $77-84$
To link to this Article: DOI: 10.1080/00222338308069423
URL: http://dx.doi.org/10.1080/00222338308069423

## PLEASE SCROLL DOWN FOR ARTICLE

```
Full terms and conditions of use: http://www.informaworld.com/terms-and-conditions-of-access.pdf
This article may be used for research, teaching and private study purposes. Any substantial or
systematic reproduction, re-distribution, re-selling, loan or sub-licensing, systematic supply or
distribution in any form to anyone is expressly forbidden.
The publisher does not give any warranty express or implied or make any representation that the contents
will be complete or accurate or up to date. The accuracy of any instructions, formulae and drug doses
should be independently verified with primary sources. The publisher shall not be liable for any loss,
actions, claims, proceedings, demand or costs or damages whatsoever or howsoever caused arising directly
or indirectly in connection with or arising out of the use of this material.
```


# Redox Polymerization of Acrylamide Initiated by the System Trisacetylacetonato Vanadium(III). Benzoyl Peroxide in Dimethylformamide 

D. V. P. R. VARAPRASAD and V. MAHADEVAN<br>Department of Chemistry<br>Indian Institute of Technology<br>Madras 600036, India

## ABSTRACT

The kinetics of polymerization of acrylamide (AA) initiated by the redox system $V$ (III)(acac) ${ }_{3}$-benzoyl peroxide (BPO) in DMF were investigated in the temperature range $40-45^{\circ} \mathrm{C}$. A direct second-order reaction between $V(I I I)(a c a c)_{3}$ and BPO was evident from the oxidation kinetics. Rates of polymerization varied as $[\mathrm{AA}]^{3 / 2}$ and $[\mathrm{BPO}]^{1 / 2}$ but were independent of $\left[\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}\right]$. Extensive reduction of primary radicals by V(III)(acac) ${ }_{3}$ with mutual termination of growing radicals accounts for the kinetics. Degrees of polymerization increased with increasing [AA] and decreased with increasing [BPO] but remained unchanged with variation in [ $\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}$ ] as required by the mechanism proposed.

## INTRODUCTION

Organic peroxides such as t-butyl hydroperoxide ( $t-B H P$ ), cumene hydroperoxide (CHP), benzoyl peroxide (BPO) and lauroyl peroxide can be activated by metal ions such as Co (III), V(III), Mn (III) [1],

Fe (II) $[2,3], \mathrm{Rh}(\mathrm{I})[4]$, and $\operatorname{Cr}$ (II) $[5,6]$. These metal ion-peroxide redox systems are efficient polymerization initiators, and polymerization can be initiated at lower temperatures than normally required for peroxides alone. Roda and Harabok [4] have used the system $\operatorname{Rh}(\mathrm{I})$-BPO for the polymerization of methyl methacrylate and shown that the rates varied as $[\mathrm{MMA}]^{1 \cdot 0},[\mathrm{BPO}]^{1 / 2}$, and $[\mathrm{Rh}(\mathrm{I})]^{1 / 2}$. Lee and Minoura [5, 6] have reported that the redox system chromous acetate-BPO initiates polymerization even at $-28^{\circ} \mathrm{C}$. With this system at higher concentrations of initiator and lower concentrations of monomer, termination by the initiating radicals generated in the redox reaction Cr (II) + BPO, has been observed [5]. These authors have also reported that with an aged solution of Cr (II)-BPO the polymerization proceeds through a terminationless mechanism [6]. The radicals remain within the ligand field of the metal ion and are protected from attack by primary radicals, thus leading to living radical polymerization. However, the system $\mathrm{Cr}(\mathrm{II})$-CHP did not show this kind of living radical polymerization. We have been investigating redox systems based on $V$ (III) as polymerization initiators and have earlier reported [7] the polymerization of acrylamide using the system V(III)(acac) ${ }_{3}-\mathrm{NH}_{2} \mathrm{OH}$ in dimethylformamide (DMF). This paper reports the use of the $V(\text { III)(acac) })_{3}$-BPO system in DMF medium.

## EXPERIMENTAL

The preparation and purification of V (III) $(\mathrm{acac})_{3}$ has been reported [7]. Benzoyl peroxide and dimethylformamide were purified by standard methods. Details of oxidation [7] and polymerization [8] procedures have also been reported. Oxidation reactions were followed by using a Carl Zeiss DMR 21 model recording spectrophotometer. Polymerizations were arrested by the addition of a methanolic solution of hydroquinone, and the rates were followed gravimetrically.

## RESULTS AND DISCUSSION

The kinetics of oxidation were investigated in the temperature range $40-45^{\circ} \mathrm{C}$. With BPO as oxidant the product of oxidation is $\mathrm{VO}(\mathrm{acac})_{2}$, and this was confirmed by visible spectral studies (Fig. 1). The rate of formation of the product $\mathrm{VO}(\mathrm{acac})_{2}$ wasfollowed at 800 nm . From plots of absorbance versustime the concentration of $\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}$ at any time, $[\mathrm{V}(\mathrm{III})]_{t}$ was calculated by the method reported earlier [7], using a value $43.2 \mathrm{dm}^{3} \mathrm{~mol}^{-1} \mathrm{~cm}^{-1}$ for the molar extinction coefficient of $V O(a c a c)_{2}$ in DMF containing excess BPO. The stoichiometry of the reaction was found to be 2 mol of V (III) (acac) ${ }_{3}$ per mole of BPO. This was determined by reacting a limited amount of oxidant with excess $V(\text { III) (acac) })_{3}$ and estimating the amount of $V(I I I)(a c a c)_{3}$ consumed for complete oxidation. Plots of $\log [V(I I I)]_{t}$ versus time are linear (Fig. 2), indicating a first-order dependence of the rates on


FIG. 1. Absorption spectra of chelates. Curve A: $0.03141 \mathrm{~mol} / \mathrm{dm}^{3}$ VO(acac) $2_{2}+$ excess BPO. Curve B: $0.02309 \mathrm{~mol} / \mathrm{dm}^{3} \mathrm{~V}(\mathrm{III})(\mathrm{acac})_{3}+$ excess BPO. Curve C: $0.0449 \mathrm{~mol} / \mathrm{dm}^{3} \mathrm{VO}(\mathrm{acac})_{2}$. Curve D: 0.0483 $\mathrm{mol} / \mathrm{dm}^{3} \mathrm{~V}(\mathrm{III})(\mathrm{acac})_{3}$. Cell path length: 0.5 cm .


FIG. 2. Plots of $\log [V(I I I)]_{t}$ versus time. $\left[V(I I I)(a c a c)_{3}\right]=$ $1.92 \times 10^{-2} \mathrm{~mol} / \mathrm{dm}^{3} .[\mathrm{BPO}]=0.469 \mathrm{M}(\mathrm{A}, \mathrm{E}) ; 0.527 \mathrm{M}(\mathrm{B}, \mathrm{F}) ;$ $0.615 \mathrm{M}(\mathrm{C}) ; 0.644 \mathrm{M}(\mathrm{G}) ; 0.732 \mathrm{M}$ (D, $\overline{\mathrm{H}})$.

TABLE 1. Variation of $k_{o b}$ with [BPO] a

| $\begin{aligned} & {[\mathrm{BPO}]} \\ & \left(\mathrm{mol} / \mathrm{dm}^{3}\right) \end{aligned}$ | $40^{\circ} \mathrm{C}$ |  | $45^{\circ} \mathrm{C}$ |  |
| :---: | :---: | :---: | :---: | :---: |
|  | $\begin{aligned} & 10^{4} \mathrm{k}_{\mathrm{ob}} \\ & \left(\mathrm{~s}^{-1}\right) \end{aligned}$ | $\begin{aligned} & 10^{4} \mathrm{k}_{\mathrm{r}} \\ & \left(\mathrm{dm}^{3} \mathrm{~mol}^{-1} \mathrm{~s}^{-1}\right) \end{aligned}$ | $\begin{aligned} & 10^{4} k_{o b} \\ & \left(\mathrm{~s}^{-1}\right) \end{aligned}$ | $\begin{aligned} & 10^{4} \mathrm{k}_{\mathrm{r}} \\ & \left(\mathrm{dm}^{3} \mathrm{~mol}^{-1} \mathrm{~s}^{-1}\right) \end{aligned}$ |
| 0.469 | 2.12 | 2.26 | 2.76 | 2.95 |
| 0.527 | 2.39 | 2.28 | 3.07 | 2.92 |
| 0.615 | 2.84 | 2.31 | - | - |
| 0.644 | - | - | 3.56 | 2.77 |
| 0.732 | 3.30 | 2.25 | 4.05 | 2.76 |

${ }^{\text {a }}$ Where $\mathrm{k}_{\mathrm{r}}=\mathrm{k}_{\mathrm{ob}} / 2[\mathrm{BPO}] ;\left[\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}\right]=1.95 \times 10^{-2} \mathrm{~mol} / \mathrm{dm}^{3}$.


$$
\left.A, C:[A A]^{3 / 2} \times 10\left(\mathrm{~mol} \mathrm{dm}^{-3}\right)^{3 / 2}, B, D: 50[B P O]^{1 / 2}(\mathrm{~mol} \mathrm{dm})^{-3}\right)^{1 / 2}
$$

FIG. 3. Plots of $-\mathrm{d}[\mathrm{M}] / \mathrm{dt}$ versus $[\mathrm{AA}]^{3 / 2}$ and $[\mathrm{BPO}]^{1 / 2} \cdot[\mathrm{AA}]=$ $1.124 \mathrm{M}(\mathrm{B}) ; 1.129 \mathrm{M}(\mathrm{D}) .10^{2}[\mathrm{BPO}]=9.52 \mathrm{M}(\mathrm{A}) ; 6.1 \mathrm{M}(\mathrm{C}) .10^{2}$ $\left[\mathrm{V}(\mathrm{II})(\mathrm{acac})_{3}\right]=4.55 \mathrm{M}(\mathrm{A}) ; 2.36 \mathrm{M}(\mathrm{B}, \mathrm{C}, \mathrm{D})$.

TABLE 2. Variation of $-\mathrm{d}[\mathrm{M}] / \mathrm{dt}$ with $\left[\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}\right]$

| $10^{2}[\mathrm{~V}(\mathrm{III})]$ <br> $\left(\mathrm{mol} / \mathrm{dm}^{3}\right)$ | $40^{\circ} \mathrm{C}$, <br> rate $\times 10^{4}$ <br> $(\mathrm{~mol} \mathrm{dm}$ | $4 \mathrm{~s}^{\circ} \mathrm{C}$, <br> rate $\times 10^{4}$ <br> $\left(\mathrm{~mol} \mathrm{dm}^{-3} \mathrm{~s}^{-1}\right)^{\mathrm{b}}$ |
| :--- | :--- | :--- |
| 2.64 | 4.01 | 2.93 |
| 5.28 | 4.13 | 3.10 |
| 13.2 | 3.97 | 3.02 |
| 29.0 | 3.89 | 2.98 |
| 36.9 | 3.99 | 2.99 |

$\left.\begin{array}{rl}\mathrm{a}\end{array} \mathrm{AA}\right]=1.132 \mathrm{~mol} / \mathrm{dm}^{3}$ and $[\mathrm{BPO}]=0.1630 \mathrm{~mol} / \mathrm{dm}^{3}$.
[ V (III)(acac) $)_{3}$ ]. The constancy of the ratio $\mathrm{k}_{\mathrm{ob}} / 2[\mathrm{BPO}]$ (Table 1) indicates that the order with respect to [BPO] is also unity. The following rate law is applicable to the above data:

$$
\begin{equation*}
-\mathrm{d}[\mathrm{~V}(\mathrm{III})] / \mathrm{dt}=2 \mathrm{k}_{\mathrm{r}}\left[\mathrm{~V}(\mathrm{III})(\mathrm{acac})_{3}\right][\mathrm{BPO}] \tag{1}
\end{equation*}
$$

The kinetics of polymerization were also investigated in the temperature range $40-45^{\circ} \mathrm{C}$, and the reactions were allowed to proceed for $10-15 \mathrm{~min}$. Within this time no polymer was obtained due to peroxide alone in the absence of the chelate. However, when V(III)(acac) ${ }_{3}$ was present, polymerization proceeded almost instantaneously as was evident from precipitation of the polymer. The rates of polymerization varied as $[\mathrm{AA}]^{3 / 2}$ and $[\mathrm{BPO}]^{1 / 2}$ (Fig. 3) but were independent of $\left[\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}\right]$ (Table 2). The following mechanism can be written for polymerization with $V$ (III) and V(IV) representing the respective chelates:

$$
\begin{aligned}
& \mathrm{V}(\mathrm{III})+\mathrm{BPO} \xrightarrow[\mathrm{k}_{\mathrm{r}}]{\mathrm{PhCOO}^{\circ}+\mathrm{PhCOO}^{-}+\mathrm{V}(\mathrm{IV})} \\
& \mathrm{PhCOO}^{\circ}+\mathrm{V}(\text { III }) \frac{\mathrm{k}_{0}}{\text { fast }} \mathrm{PhCOO}^{-}+\mathrm{V}(\mathrm{IV}) \\
& \mathrm{PhCOO}^{\circ}+\mathrm{M} \xrightarrow[\mathrm{k}]{\mathrm{k}_{\mathrm{i}}} \mathrm{M}_{1}
\end{aligned}
$$

TABLE 3. Variation of $\mathrm{P}_{\mathrm{n}}$ with [AA], [BPO], and $\left[\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}\right]$ at
$45^{\circ} \mathrm{C}$

| $\begin{aligned} & {[\mathrm{AA}]} \\ & \left(\mathrm{mol} / \mathrm{dm}^{3}\right)^{\mathrm{a}} \end{aligned}$ | $\overline{\mathrm{P}}_{\mathrm{n}}{ }^{\mathbf{a}}$ | $\begin{aligned} & 10^{2}[\mathrm{~V}(\mathrm{III})] \\ & \left(\mathrm{mol} / \mathrm{dm}^{3}\right)^{b} \end{aligned}$ | $\overline{\mathrm{P}}_{\mathrm{n}}^{\mathrm{b}}$ | $\begin{aligned} & 10^{2}\left[\mathrm{BPO}^{3}\right] \\ & \left(\mathrm{mol} / \mathrm{dm}^{3}\right) \mathrm{c} \end{aligned}$ | $\overline{\mathrm{P}}_{\mathrm{n}}{ }^{\mathrm{c}}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| 0.577 | 139 | 2.64 | 259 | 3.79 | 285 |
| 0.922 | 183 | 5.28 | 266 | 7.69 | 252 |
| 1.268 | 229 | 13.2 | 261 | 12.7 | 213 |
| 1.614 | 261 | 29.0 | 263 | 18.9 | 188 |
| 1.893 | 293 | - | - | 25.3 | 159 |

${ }^{\mathrm{a}}\left[\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}\right]=0.0243 \mathrm{~mol} / \mathrm{dm}^{3} ;[\mathrm{BPO}]=0.0789 \mathrm{~mol} / \mathrm{dm}^{3}$.

$$
\begin{aligned}
& \mathrm{b}_{[\mathrm{BPO}]}=0.0602 \mathrm{~mol} / \mathrm{dm}^{3} ;[\mathrm{AA}]_{3}=1.113 \mathrm{~mol} / \mathrm{dm}^{3} . \\
& \mathrm{c}\left[\mathrm{~V}(\mathrm{III})(\mathrm{acac})_{3}\right]=0.0236 \mathrm{~mol} / \mathrm{dm}^{3} ;[\mathrm{AA}]=1.124 \mathrm{~mol} / \mathrm{dm}^{3}
\end{aligned}
$$

$$
M_{1}^{\cdot}+M \xrightarrow{k_{p}} M_{2}^{\cdot}
$$

$$
M_{n} \cdot+M_{n} \cdot \frac{k_{t}}{} \text { polymer }
$$

Under conditions such that $k_{0}[V(I I I)] \gg k_{i}[M]$, the following expression can be derived:

$$
\begin{equation*}
-\mathrm{d}[\mathrm{M}] / \mathrm{dt}=\frac{\mathrm{k}_{\mathrm{p}} \mathrm{k}_{\mathrm{i}}^{1 / 2} \mathrm{k}_{\mathrm{r}}^{1 / 2}[\mathrm{AA}]^{3 / 2}[\mathrm{BPO}]^{1 / 2}}{\left(2 \mathrm{k}_{\mathrm{t}} \mathrm{k}_{0}\right)^{1 / 2}} \tag{2}
\end{equation*}
$$

which explains the kinetic data obtained. The expression for the degrees of polymerization can be derived as

$$
\begin{equation*}
\bar{P}_{n}=\frac{k_{p} k_{0}^{1 / 2}[A A]^{1 / 2}}{\left(2 k_{t} k_{i} k_{r}[B P O]\right)^{1 / 2}} \tag{3}
\end{equation*}
$$

Thus $\overline{\mathrm{P}}_{\mathrm{n}}$ decreased with increasing [BPO] and increased with increasing [AA] but remained unchanged with $\left[\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}\right]$ (Table 3). Despite the evidence for the reaction of $\mathrm{V}(\mathrm{III})(\mathrm{acac})_{3}$ with primary radicals, there is no evidence for linear termination in this system. From the data on polymerization and oxidation we can estimate the values
of the composite constant $\mathrm{k}_{\mathrm{p}} \mathrm{k}_{\mathrm{i}}^{1 / 2} /\left(\mathrm{k}_{\mathrm{t}} \mathrm{k}_{0}\right)^{1 / 2}$ to be $7.5 \times 10^{-4}$ and 10.5 $\times 10^{-4}\left(\mathrm{dm}^{3} \mathrm{~mol}^{-1} \mathrm{~s}^{-1}\right)^{1 / 2}$ at 40 and $45^{\circ} \mathrm{C}$, respectively.

## ACKNOWLEDGMENT

Financial assistance by the C.S.I.R., New Delhi, is gratefully acknowledged.

## REFERENCES

[1] C. H. Wang, R. McNair, and P. Levins, J. Org. Chem., 30, 3817 (1965).
[2] A. I. Lowell, U.S. Patent 3,049,522.
[3] A. K. Konish and K. Namba, J. Polym. Sci., 54, 209 (1961).
J. Roda and F. Harabok, Makromol. Chem., 168,93 (1973). M. Lee and Y. Minoura, J. Chem. Soc., Faraday Trans. 1, 74, 1726 (1978).
[6] M. Lee, T. Morigami, and Y. Minoura, Ibid., 74, 1738 (1978).
[7] D. V. P. R. Varaprasad and V. Mahadevan, Eur. Polym. J., 17, 1185 (1981).
[8] N. Gangadevi and V. Mahadevan, J. Polym. Sci., Polym. Lett. Ed., 10, 903 (1972).

Accepted by editor April 5, 1982
Received for publication May 3, 1982

